## Crystal Structure

## Communications

ISSN 0108-2701

## A second triclinic modification of $\mathbf{2}^{\prime}, \mathbf{6}^{\mathbf{\prime}}$-dimethoxyflavone

## J.-C. Wallet et al.

## Electronic paper

This paper is published electronically. It meets the data-validation criteria for publication in Acta Crystallographica Section C. The submission has been checked by a Section C Co-editor though the text in the 'Comments' section is the responsibility of the authors.

Crystal Structure
Communications
ISSN 0108-2701

## A second triclinic modification of $\mathbf{2}^{\mathbf{\prime}}, \mathbf{6}^{\prime}$-dimethoxyflavone

J.-C. Wallet, ${ }^{\text {a* }}$ Elies Molins ${ }^{\text {b }}$ and Carlos Miravitlles ${ }^{\text {b }}$

${ }^{\text {a }}$ Université de Saint-Jérome, Faculté des Sciences et Techniques, Laboratoire de Phytochimie, Case 531, 13397 Marseille CEDEX 20, France, and ${ }^{\mathbf{b}}$ Institut de Ciéncia de Materials de Barcelona, CSIC, Campus Universitat de Bellaterra, 08193 Cerdanyola, Spain
Correspondence e-mail: jean-claude.wallet@iut-chimie.u-3mrs.fr

Received 28 June 2000
Accepted 8 August 2000

## Data validation number: IUC0000208

Crystals of a second triclinic modification of the title compound, 2-(2,6-dimethoxyphenyl)-4H-1-benzopyran-4-one, $\mathrm{C}_{17} \mathrm{H}_{14} \mathrm{O}_{4}$, were grown from a hot cyclohexane solution. In the molecule, the $\mathrm{O}-\mathrm{C}-\mathrm{C}-\mathrm{C}$ torsion angle at the junction between the benzopyran and phenyl rings is $67.6(3)^{\circ}$.

## Comment

The triclinic modification of the title compound, (I), was described a few years ago (Tinant et al., 1991). It contains altogether $Z=6$ molecules of three geometries characterized by different torsion angles of the substituted phenyl ring $\left[\mathrm{O} 1-\mathrm{C} 2-\mathrm{C}^{\prime}-\mathrm{C}^{\prime}=-65.9(2),-83.9\right.$ (3) and -96.6 (3) $\left.{ }^{\circ}\right]$. As part of our extensive study of the polymorphism of this compound, of its inclusion compounds (Wallet et al., 1989, 1993, 1994, 1998, 2000; Espinosa et al., 1999) and of its adducts (Manniukiewicz et al., 1996), we report a second modification of (I), which was obtained from hot cyclohexane. This is an illustration of the comment of McCrone (1965) that the number of forms known for a given compound is proportional

(I)
to the time spent on that compound. There are no structural differences at the molecular level except for the torsion angle. The density difference at room temperature between both triclinic modifications is rather small (1\%).

The calculation of energy versus torsion angle about the $\mathrm{C} 2-\mathrm{C} 1^{\prime}$ bond shows that the barrier of rotation in the region $20-90^{\circ}$ is small (Vrielynck et al., 2000). Any value of the torsion angle in this range is plausible, and other polymorphs remain to be found.

## Experimental

The synthesis of the title compound has been described previously (Wallet et al., 1989). It was recrystallized from boiling cyclohexane. Slow cooling gave single crystals (m.p. 420-421 K).

## Crystal data

$\mathrm{C}_{17} \mathrm{H}_{14} \mathrm{O}_{4}$
$Z=2$
$M_{r}=282.28$
Triclinic, $P \overline{1}$
$a=7.721$ (2) A
$b=8.905$ (5) $\AA$
$c=11.231$ (4) $\AA$
$\alpha=97.57$ (4) ${ }^{\circ}$
$\beta=105.69(3)^{\circ}$
$\gamma=103.60(3)^{\circ}$
$V=706.7$ (5) $\AA^{3}$

$$
D_{x}=1.327 \mathrm{Mg} \mathrm{~m}^{-3}
$$

Mo $K \alpha$ radiation
Cell parameters from 25
reflections
$\theta=2.41-25.89^{\circ}$
$\mu=0.095 \mathrm{~mm}^{-1}$
$T=293$ (2) K
Prism, colourless
$0.42 \times 0.40 \times 0.05 \mathrm{~mm}$

## Data collection

Enraf-Nonius CAD-4 ( $\kappa$-geometry)
$R_{\text {int }}=0.05$
diffractometer
$\theta_{\text {max }}=29.99^{\circ}$
Non-profiled $\omega$ scans
Absorption correction: $\psi$ scan
(North et al., 1968)
$T_{\text {min }}=0.907, T_{\text {max }}=0.979$
4215 measured reflections
4021 independent reflections
1476 reflections with $I>2 \sigma(I)$

## Refinement

Refinement on $F^{2}$
H-atom parameters constrained
$w=1 /\left[\left(\sigma^{2}\left(F_{o}^{2}\right)+(0.0566 P)^{2}\right]\right.$
$\quad$ where $P=\left[2 F_{c}^{2}+\max \left(F_{o}^{2}, 0\right)\right] / 3$
$(\Delta / \sigma)_{\max }=0.004$
$\Delta \rho_{\max }=0.133 \mathrm{e} \AA^{-3}$
$\Delta \rho_{\min }=-0.161 \mathrm{e}^{-3}$
$R(F)=0.055$
$w R\left(F^{2}\right)=0.143$
$S=0.917$
4021 reflections
192 parameters
$h=-10 \rightarrow 10$
$k=-12 \rightarrow 12$
$l=0 \rightarrow 15$
3 standard reflections every 76 reflections frequency: 60 min intensity decay: none

Data collection: CAD-4 EXPRESS (Enraf-Nonius, 1994); cell refinement: CAD-4 EXPRESS; data reduction: XCAD4 (Harms \& Wocadlo, 1995); program(s) used to refine structure: SHELXL97 (Sheldrick, 1997); software used to prepare material for publication: WinGX (Farrugia, 1998).

## References

Enraf-Nonius (1994). CAD-4 EXPRESS. Version 5.1/1.2. Enraf-Nonius, Delft, The Netherlands.
Espinosa, E., Molins, E., Miravitlles, C. \& Wallet, J.-C. (1999). J. Phys. Org. Chem. 12, 499-502.
Farrugia, L. J. (1998). WinGX. University of Glasgow, Scotland.
Harms, K. \& Wocadlo, S. (1995). XCAD4. University of Marburg, Germany.
McCrone, C. (1965). Polymorphism In Physics and Chemistry of the Organic Solid State, edited by D. Fox, M. M. Labes \& A. Weissberger, Vol. II, pp. 726-767. New York: Interscience.
Manniukiewicz, W., Molins, E., Miravitlles, C., Wallet, J.-C. \& Gaydou, E. M. (1996). J. Chem. Crystallogr. 26, 691-694.

North, A. C. T., Phillips, D. C. \& Mathews, F. S. (1968). Acta Cryst. A24, 351359.

Sheldrick, G. M. (1997). SHELXL97. University of Göttingen, Germany.
Tinant, B., Declercq, J.-P., Wallet, J.-C., Gaydou, E. M. \& Baldy, A. (1991). Bull. Soc. Chim. Belg. 100, 329-337.
Vrielynck, L., Wallet, J.-C. \& Merlin J.-C. (2000). Spectrochim. Acta. Accepted. Wallet, J.-C., Cody, V. \& Wojtczak, A. (1994). Struct. Chem. 5, 361-366.
Wallet, J.-C., Cody, V., Wojtczak, A. \& Blessing, R. H. (1993). Anticancer Drug Des. 8, 325-332.
Wallet, J.-C., Gaydou, E. M. \& Baldy, A. (1989). Acta Cryst. C45, 512-515.
Wallet, J.-C., Gaydou, E. M., Lachekar, H. \& Pichon-Pesme, V. (2000). Cryst. Res. Technol. Accepted.
Wallet, J.-C., Molins, E. \& Miravitlles, C. (1998). J. Phys. Org. Chem. 11, 751755.

